Very-High Color Rendering Index Hybrid White Organic Light-Emitting Diodes with Double Emitting Nanolayers

Baiquan Liu · Miao Xu · Lei Wang · Hong Tao · Yueju Su · Dongyu Gao · Linfeng Lan · Jianhua Zou · Junbiao Peng

Received: 20 March 2014 / Revised: 26 April 2014 / Accepted: 14 May 2014 / Published online: 23 September 2014
© The Author(s) 2014. This article is published with open access at Springerlink.com

Abstract A very-high color rendering index white organic light-emitting diode (WOLED) based on a simple structure was successfully fabricated. The optimized device exhibits a maximum total efficiency of 13.1 and 5.4 lm/W at 1,000 cd/m². A peak color rendering index of 90 and a relatively stable color during a wide range of luminance were obtained. In addition, it was demonstrated that the 4,4′,4″-tri(9-carbazoyl) triphenylamine host influenced strongly the performance of this WOLED. These results may be beneficial to the design of both material and device architecture for high-performance WOLED.

Keywords White light · Hybrid · Color rendering index · Organic light-emitting diodes · Double emitting nanolayers

1 Introduction

White organic light-emitting diodes (WOLEDs) are considered to be one of the most stormily developing technologies nowadays owing to their potential applications in the display markets and next-generation lighting sources [1]. In terms of the practical use, whereas the color rendering index (CRI) is not a critical parameter for OLEDs in full-color displays, it must be considered in addition to Commission International de l’Eclairage (CIE) when designing WOLEDs for lighting since the CRI gives an indication of how well the light source will render colors of objects it illuminates [2].

For a source to be human eye-friendly, a WOLED with a CRI above 80 is required [1]. Since D’Andrade et al. took the first step to demonstrate that the CRI of WOLEDs can be greatly enhanced from 50 to 83 [3], a great deal of attention has been attracted to the improvement of CRI, which is expected to meet the commercial requirements. For instance, Sun et al. developed a hybrid WOLED which combines fluorescent blue emitters with phosphorescent green–red emitters, achieving a CRI of 85 [4]. Park et al. synthesized a yellowish-green dopant to fabricate a three-color phosphorescent WOLED with a CRI of 86.8 [5]. In recent years, in order to satisfy the demand of high-quality lighting systems, such as surgery, photography, and exhibition of museums, WOLEDs with very-high CRI (≥90) are extremely required [6].

As a matter of fact, a few efforts have been explored to the pursuit of very-high CRI WOLEDs. For example, Wang et al. designed a WOLED using exciplex emission from mixed acceptors, achieving a CRI of 90.4 at 11 V (a maximum brightness of 425 cd/m²) [7]. Chang et al. constructed a phosphorescent WOLED using a four-emitting-layer and double-confining-layer structure, achieving a CRI of 94 and a forward-viewing power efficiency (PE) of 3.8 lm/W at 1,000 cd/m² [8]. Chen et al. inserted a spacer between the fluorescent emitter and the phosphorescent emitters to realize a hybrid WOLED, achieving a CRI of 91.2 (no efficiency data are reported) [9]. Hao et al. fabricated a WOLED combining emission from excitons and
interface-formed electrolux, achieving a CRI of 90.2 at 8 V (a maximum efficiency of 1.39 cd/A) [10]. Jou et al. demonstrated an efficient WOLED using five emitters, achieving a CRI of 96 with 5.2 lm/W at 1,000 cd/m² [6]. Li et al. proposed a WOLED using a four-emitting-layer architecture, achieving a CRI of 97 with 8.19 lm/W at 1,000 cd/m² [11].

Based on these facts [7–11], it can be concluded that various approaches can be used to develop very-high CRI WOLEDs. However, it is easily noted that these very-high CRI devices show either rather poor luminance/efficiency [7, 10] or somewhat complicated structures [6, 8, 9, 11], which limit their further applications. Therefore, to greatly lower the cost and vastly simplify fabrication processes, very-high CRI WOLEDs with simple structures are urgently needed to meet the future commercial demand. Moreover, negligible report has been documented to illustrate the role of the host in the performance of very-high CRI WOLEDs.

In this paper, we developed a very-high CRI WOLED with a hybrid structure which comprises with only two emitting layers. The resulting device exhibits a maximum total PE of 13.1 and 5.4 lm/W at 1,000 cd/m². A peak CRI of 90 is obtained, which represents the highest value in hybrid WOLEDs based on the dual-emitting-layer structure, to the best of our knowledge. Besides, a relatively stable color can be obtained during a large range of luminance (1,000–12,000 cd/m²). Moreover, it is demonstrated that the 4,4′,4″-tris(9-carbazoyl) triphenylamine (TCTA) host plays a critical role in realizing such high performance. Such presented results demonstrate that efficient very-high CRI WOLEDs can be effectively realized by using simple structures.

### 3 Results and Discussion

The current efficiency (CE) as well as PE of the device W1 in dependence of the luminance are clearly shown in Fig. 2. The maximum forward-viewing CE and PE of the device are 8.4 cd/A and 7.7 lm/W at a luminance of 1.5 cd/m², respectively. At a luminance of 1,000 cd/m², the CE and WPE are 5.6 cd/A and 3.0 lm/W, respectively. Since illumination sources are typically characterized by their total emitted power [4], the maximum total efficiency of the device is 13.1 lm/W, which is comparable to that of incandescent light bulbs (12–17 lm/W). At 1,000 cd/m², the total efficiency is 5.4 lm/W. Apparently, the efficiency of the device is higher than the previous hybrid WOLEDs [13, 14].

Moreover, it is important to note that much higher efficiency can be expected if we replaced the electron transport layer with an n-doped layer to form a p-i-n architecture and utilized out-coupling methods to increase the light extraction.

Spectral stability upon change of luminance was studied; a blue emission peak at 462 nm, a green emission at 514 nm, and a red emission at 615 nm are obviously displayed in Fig. 3, covering all wavelengths from 380 to 780 nm. When the luminance increases from 10 to 12,000 cd/m², the CIE coordinates of the device experience a change from (0.38, 0.44) to (0.28, 0.33), indicating that the recombination zone is shifted to the blue emissive region as the luminance/driving voltage increases. This blue-shifted phenomenon can be explained as follows. From Fig. 1, it is seen that the highest occupied molecular orbital (HOMO) of TCTA, Ir(ppy)₃ and Ir(piq)₃ are 5.7 eV [15], 5.3 eV [16], and 5.1 eV [17], respectively, implying that a fraction of holes injected from TCTA can be effectively trapped by these two dopants [15].

Hence, at a low luminance, the red and green emission are stronger than blue emission. As the luminance/driving voltage increases, the holes trapped by the phosphorescent dopants should be saturated and more holes can transport to the blue region, resulting in the intensity enhancement of blue emission [18].

More remarkably, a very-high CRI of 90 is obtained at both a low luminance (10 cd/m²) and high luminances (4,000–12,000 cd/m²). The device exhibits Duvs of 0.0283, 0.0198, 0.0235, 0.0245, and 0.0238 at 10, 1,000, 4,000, 8,000, and 12,000 cd/m², respectively. In addition, the combination of high CRI and the special CRI R9, which
quantifies the color reproduction of saturated red and should be positive, is very interesting for commercial applications [19]. Our device shows R9 s of 81, 69, 84, 91, and 92 at 10, 1,000, 4,000, 8,000, and 12,000 cd/m², respectively. Besides, similar to other WOLEDs which show relatively large color-shift at low luminances and relatively slight color-shift at high luminances [12, 20–22], our device exhibits only a little CIE coordinates variation of Δ(x, y) ≤ (0.03, 0.03) during a wide range of luminance (1,000–12,000 cd/m²), revealing that the device exhibits a relatively stable color [20].

It is clearly noted that previous reports are usually focused on the effect of dopants in the very-CRI WOLEDs [6, 8, 9, 11], negligible attention is paid to the influence of hosts. Herein, to explore the working mechanism of the simple device and to illustrate the significance of the TCTA host guaranteeing the high performance, we used a well-known bipolar material 4,4'-N,N-dicarbazolebiphenyl (CBP) to replace TCTA as the host. The configuration of CBP-based device (W2) is ITO/MoO-TPD: F4-TCNQ (100 nm, 4 %)/NPB (15 nm)/TCTA (5 nm)/CBP: Ir(ppy)₃ : Ir(piq)₃ (25 nm, 1:9:0.8 %)/MADN: DSA-ph (20 nm, 1 %)/Bepp₂ (250 nm)/LiF (1 nm)/Al (200 nm).
Figure 4 shows the spectra of W2 as the luminance increase from 1 to 10,000 cd/m². It is obviously noted that only negligible blue emission can be observed in the whole luminances, and hence no white light can be generated. Although bipolar hosts are usually considered to be preferred compared with unipolar hosts [23], our results contradict this previous opinion. This phenomenon may be understood as follows. Since the HOMO of CBP is 6.1 eV [16], a large energy barrier of 0.4 eV exists between the exciton layer (TCTA) and the CBP host, indicating that holes may be prevented to hopping from TCTA to CBP due to the fact that the current flow is limited by the injection of carriers when the injection energy barrier is higher than 0.3–0.4 eV [24, 25]. On the other hand, a part of holes injected to the phosphorescent layer are effectively trapped by the Ir(ppy)₃ and Ir(piq)₃ because the HOMO of these two guests is much higher than that of the CBP host [15]. Consequently, only little holes can be transported to the blue region due to the above combined effects, leading to no white color being observed. However, in the case of device W1, no energy barrier located between the exciton layer (TCTA) and the TCTA host, implying that holes are easily transported to the phosphorescent layer. Besides, TCTA is a typical hole-type material [15, 20], indicating that a large number of holes can be transported along the TCTA molecular to reach the blue emitting layer though some holes are trapped by the dopants, guaranteeing the blue emission. Therefore, despite the TCTA is a unipolar host, it plays a key role in the performance of the very-high CRI WOLED.

On the other hand, it can be easily inferred that a narrow recombination zone of device W1 is formed at the phosphorescent emitting layer/fluorescent emitting layer interface due to the existed energy barriers [26] together with the fact that TCTA is typical hole-type materials [15, 20] and MADN preferentially transports electrons [27]. The narrow recombination zone can cause intensified triplet-triplet and triplet-polaron interactions at high luminances [28], which not only reduces the efficiency of phosphor-based devices (W1), but also results in an efficiency roll-off of device W1 with increasing luminance [29, 30].

Finally, it should be pointed out that spacers are usually needed to be inserted between the fluorescent- and phosphorescent-emitting layers to realize hybrid WOLEDs, otherwise, no white light can be generated [4, 9, 15, 30, 31]. Herein, we, for the first time, report a very-high CRI hybrid WOLED without a spacer to separate the fluorescent and phosphorescent emitting layers. We hope more efficient very-high CRI devices can be developed in this simple and new way.

4 Conclusion

In summary, we have successfully demonstrated a very-high CRI WOLED based on double emissive nanolayers. The resulting device exhibits a maximum total efficiency of 13.1 lm/W and an efficiency of 5.4 lm/W at 1,000 cd/m². A peak CRI of this simple device is as high as 90 and a relatively stable color during a wide range of luminance can be obtained. In addition, it is demonstrated that the TCTA host plays a key role in the performance of this WOLED. Undoubtedly, such achieved results would provide an instructive guide for the rational design of ultra high-performance OLEDs, which will be very advantageous for the commercialization of solid-state lighting in the near future.

Acknowledgments The authors are grateful to the National Natural Science Foundation of China (Grant Nos.61204087, 61306099), the Guangdong Natural Science Foundation (Grant No. S2012040007003), China Postdoctoral Science Foundation (2013M531841), the Fundamental Research Funds for the Central Universities (2014ZM0003, 2014ZM0004, 2014ZM0007, 2014ZZ0028) and the Specialized Research Fund for the Doctoral Program of Higher Education (Grant No. 20120172120008).

Open Access This article is distributed under the terms of the Creative Commons Attribution License which permits any use, distribution, and reproduction in any medium, provided the original author(s) and the source are credited.

References

1. H. Sasabe, J. Kido, Development of high performance OLEDs for general lighting. J. Mater. Chem. C 1(9), 1699–1707 (2013). doi:10.1039/C2TC00584K
2. Y.J. Tung, M.M.H. Lu, M.S. Weaver, M. Hack, J.J. Brown, High-efficiency white phosphorescent OLEDs for lighting. Proc. SPIE 5214, 114–123 (2004). doi:10.1117/12.514753
3. B.W. D’Andrade, M.E. Thompson, S.R. Forrest, Controlling exciton diffusion in multilayer white phosphorescent organic light emitting devices. Adv. Mater. 14(2), 144–147 (2002).
10. Y. Hao, W. Meng, H. Xu, H. Wang, X. Liu, B. Xu, White organic light-emitting devices using a yellowish-green dopant with broad light emission. Org. Electron. 14(6), 1504–1509 (2013). doi: 10.1016/j.orgel.2013.03.014

11. J.H. Jou, S.M. Shen, C.R. Lin, Y.S. Wang, Y.C. Chou, S.Z. Chen, Y.C. Jou, Efficient very-high color rendering index organic light-emitting diode. Org. Electron. 12(5), 865–868 (2011). doi: 10.1016/j.orgel.2011.02.012

12. D. Wang, W.L. Li, Z.S. Su, T.L. Li, B. Chu, D.F. Bi, L.L. Chen, W.M. Su, H. He, Broad wavelength modulating and design of organic white diode based on lighting by using exciplex emission from mixed acceptors. Appl. Phys. Lett. 89(23), 233511 (2006). doi: 10.1063/1.2402879

13. C.H. Chang, K.C. Tien, C.C. Chen, M.S. Lin, H.C. Cheng, S.H. Liu, C.C. Wu, J.Y. Hung, Y.C. Chiu, Y. Chi, Efficient phosphorescent white OLEDs with high color rendering capability. Org. Electron. 11(3), 412–418 (2010). doi: 10.1016/j.orgel.2009.11.020

14. S. Chen, G. Tan, W.Y. Wong, H.S. Kwok, White organic light-emitting diodes with evenly separated red, green, and blue colors for color/efficiency/rendition trade-off optimization. Adv. Funct. Mater. 21(19), 3785–3793 (2011). doi: 10.1002/adfm.201100895

15. Y. Hao, W. Meng, H. Xu, H. Wang, X. Liu, B. Xu, White organic light-emitting diodes based on a novel Zn complex with high CRI combining emission from excitons and interface-formed exciton. Org. Electron. 12(1), 136–142 (2011). doi: 10.1016/j.orgel.2010.10.019

16. Y. Li, W. Zhang, L. Zhang, X. Wen, Y. Yin, S. Liu, W. Xie, H. Zhao, S. Tao, Ultra-high general and special color rendering index white organic light-emitting device based on a deep red phosphorescent dye. Org. Electron. 14(12), 3201–3205 (2013). doi: 10.1016/j.orgel.2013.09.035

17. B. Liu, M. Xu, L. Wang, X. Yan, H. Tao, Y. Su, D. Gao, L. Lan, J. Zou, J. Peng, Investigation and optimization of each organic layer: a simple but effective approach towards achieving high-efficiency hybrid white organic light-emitting diodes. Org. Electron. 15(4), 926–936 (2014). doi: 10.1016/j.orgel.2014.02.005

18. Y. Tao, Q. Wang, Y. Cheng, L. Wang, D. Ma, Achieving highly efficient white organic light-emitting diodes with reduced efficiency roll-off. J. Phys. D-Appl. Phys. 42(6), 065106 (2009). doi: 10.1088/0022-3727/42/6/065106

19. Y. Chen, F. Zhao, Y. Zhao, J. Chen, D. Ma, Ultra-simple hybrid white organic light-emitting diodes with high efficiency and CRI trade-off: fabrication and emission-mechanism analysis. Org. Electron. 13(12), 2807–2815 (2012). doi: 10.1016/j.orgel.2012.08.031

20. Y. Tao, C. Yang, J. Qin, Organic host materials for phosphorescent organic light-emitting diodes. Chem. Soc. Rev. 40(5), 2943–2970 (2011). doi: 10.1039/C0CS00160K

21. Y.S. Seo, D.G. Moon, Highly efficient blue phosphorescent organic light-emitting devices using simple structures with thin 1,1-bis(di-4-tolylamino)phenyl)cyclohexane layers. Synth. Met. 160(1–2), 113–115 (2010). doi: 10.1016/j.synthmet.2009.10.016

22. P.S. Davids, I.H. Campbell, D.L. Smith, Device model for single carrier organic diodes. J. Appl. Phys. 82(12), 6319 (1997). doi: 10.1063/1.366522

23. C. Wu, S. Tao, M. Chen, H.W. Mo, T.W. Ng, X. Liu, X. Zhang, W. Zhao, C.S. Lee, A new multifunctional fluorenyl carbazole hybrid for high performance deep blue fluorescence, orange phosphorescent host andfluorescence/phosphorescence white OLEDs. Dyes Pigm. 97(2), 273–277 (2013). doi: 10.1016/j.dyepig.2012.12.028

24. R. Shangguan, G. Mu, X. Qiao, L. Wang, K.W. Cheah, X. Zhu, C.H. Chen, Low sublimation temperature cesium pivalate complex as an efficient electron injection material for organic light-emitting diode devices. Org. Electron. 12(11), 1957–1962 (2011). doi: 10.1016/j.orgel.2011.08.005

25. Q. Fu, J. Chen, H. Zhang, C. Shi, D. Ma, Solution-processed single-emitting-layer white organic light-emitting diodes based on small molecules with efficiency/CRI/color-stability trade-off. Opt. Express 21(9), 11078–11085 (2013). doi: 10.1364/OE.21.011078

26. S. Reinecke, K. Walzer, K. Leo, Triplet-exciton quenching in organic phosphorescent light-emitting diodes with Ir-based emitters. Phys. Rev. B 75, 125328 (2007). doi: 10.1103/PhysRevB.75.125328

27. X.H. Yang, S.J. Zheng, H.S. Chae, S. Li, A. Mochizuki, G.E. Jabbour, Fluorescent deep-blue and hybrid white emitting diodes based on a naphthalene-benzofuran compound. Org. Electron. 14(8), 2023–2026 (2013). doi: 10.1016/j.orgel.2013.03.012

28. B. Liu, L. Wang, J. Zou, H. Tao, Y. Su, D. Gao, M. Xu, L. Lan, J. Peng, Investigation on spacers and structures: A simple but effective approach toward high-performance hybrid white organic light emitting diodes. Synth. Met. 184, 5–9 (2013). doi: 10.1016/j.synthmet.2013.09.023